ABSTRACT

Increasing infrastructural development has resulted into continuous depletion of natural raw materials required for concrete works. Natural resource consumption has been steadily increasing. Many studies have been conducted in various laboratories to find substitute raw materials that can be used in place of cement. In this article an attempt to study the properties of concrete containing ceramic waste powder. Many researchers found out that the hardened properties of concrete containing ceramic waste powder as cement replacement was improved. The ceramic waste can be utilized as an alternative to cement replacement in concrete due to presence of high alumina and silica. Increase in durability properties were observed with the inclusion of ceramic waste in concrete by several researchers. Inclusion of ceramic waste in concrete production showed better mechanical and durability performance as compared to reference concrete up to a certain percentage replacement limit.

Keywords: Ceramic waste; supplementary cementitious material; green concrete; mechanical properties; durability properties.
1. INTRODUCTION

The increasing development of infrastructure has resulted in a continuous degradation of resources for building materials [1]. Concrete is a homogeneous mixture made up of various proportions of cement, fine aggregate, coarse aggregate, and water [2]. Cement is one of the most expensive building materials used in making concrete. In addition, due to high demand, cement substitutes are widely researched and used [3,4]. Natural resource consumption has been steadily increasing. As a result, the amount of industrial solid waste has increased [5-7]. Our primary concern is the sustainable disposal of this solid waste [8,9].

Because concrete is one of the world's most consumed artificial materials, it is of great importance to employ recycled solid waste products to achieve sustainability [10-12]. This involves the utilization of by-products and trash in the construction industry. The production of one tonne of Portland cement produces an equal quantity of CO₂ and contributes to greenhouse gas emissions [13-17]. Many studies have been conducted in various laboratories to find substitute raw materials that can be used in place of cement [18]. In the manufacturing of concrete natural and artificial pozzolanic materials such as fly ash, ground granulated blast furnace slag, silica fume, calcite, metakaolin, zeolite, brick powder, and waste marble dust is commonly utilized [19,20,21].

Construction and Demolition (C&D) wastes account for the greatest percentage of trash globally. Furthermore, ceramic materials, which include brick walls, ceramic tiles, and all other ceramic items, account for the majority of C&D wastes [22-26]. The landfill is now the only option for this type of trash disposal. Due to a lack of standards, a fear of risk, and a lack of knowledge and expertise, ceramic wastes were not actively used in construction. The use of ceramic wastes as an additive in structural and non-structural concrete has generated great interest around the world [27]. Ceramics is a general term that refers to all ceramic products. Wall tiles, floor tiles, sanitary ware, home ceramics, and technical ceramics are all examples of manufactured ceramics. In essence, ceramic is a phrase that refers to inorganic materials that are composed up of non-metallic compounds and are fired to make them durable [28].

Ceramic has been used for thousands of years all across the world. However, a large amount of ceramic waste is generated during building construction and demolition [29]. Not only does this ceramic waste represent a big environmental risk, but it also needs a large landfill space for disposal [30-33]. The ceramic powder creates major health concerns when it comes into contact with groundwater [34].

Clay, the most common material used in the production of most ceramics, is not a pozzolanic substance. This is because it lacks silicate characteristics due to which calcium hydroxide does not develop when mixed with water in the manufacture of concrete [35-37]. The activation of clay to become pozzolanic begins during the dehydration process, which begins when heating clay from around 500°C, and the separation of amorphous and very active aluminum oxide, according to research conducted on the possibility of waste clay materials being used as pozzolanic additions [38-42]. The temperature necessary to obtain maximum aluminum oxide concentrations varies depending on the type of minerals present in the clay [43]. Clay is heated to relatively high temperatures during the production of ceramics, the exact temperature varies depending on the type of ceramic being manufactured. The ceramic wall tiles are fired at a temperature of roughly 1150 degrees Celsius. As a result, it is natural to conclude that wastes from the ceramic industry (ceramic waste) have properties that make them acceptable for use as pozzolanic materials, and hence for use in the production of concrete [44,45]. There have been several researched for the idea of using ceramic waste as a partial alternative for cement or aggregates in the production of concrete.

Many researchers noticed improved concrete performance when ceramic was partially or completely replaced in concrete [46].

Unal et al [47], Bensted et al. [48] and Lavat et al. [49] investigated the use of ceramic roofing waste as a partial substitute for cement. Unal et al [10] replaced 25 percent to 35 percent weight ratio substitution by substituting various weight ratios by the percentage of Portland cement by waste tile. Their research revealed that waste roofing tiles had pozzolanic qualities, as well as chemical and physical properties similar to cement, and hence meet cement standards. Lavat et al. [49] were more concerned with the mineralogical composition, thus they relied heavily on microscopy and X-ray investigations. Their studies showed that waste tiles have pozzolanic qualities, and the compressive
from electrical insulators in their research. They substitute for cement. They used ceramic debris mortars made with ceramic waste compressive strength and chloride penetration of effects caused by the use of Portland cement best alternative for minimizing the negative use of sul probable usage in the production of concrete, the concrete [59]. Despite favourable results on the studied to examine their potential for use in of electrical insulating porcelain have been improvement in abrasion resistance and tensile strength. Ceramic leftovers from the production of concrete (HPC) suffers from early cracking due to an extremely low water-cement (w/c) ratio. One of the measures examined is the potential of interior concrete curing. One notable study is the use of recycled waste porous ceramic coarse aggregates (PCCA) instead of standard coarse aggregates to minimize shrinkage. Puertas et al. [61] conducted an interesting study on clinkers and cement produced from the raw mix that used ceramic waste as a raw material. When compared to standard cement, the hydration, physical-chemical characteristics, and leaching behavior in different acid media were evaluated and found to be morphologically and compositionally similar in hydration behavior. The study was carried out utilizing red ceramic wall tiles, white ceramic wall tiles, and a mixture of red and white ceramic wall tiles, and was substituted at 11-14 percent substitution of raw materials for concrete production. Positive results were obtained, with the new cement meeting all of the technical requirements for preparation and usage as Portland cement.

Senthamaria et al. [62], investigated the use of ceramic waste in concrete and concluded that it had the potential to be used as a concrete ingredient but needs further investigations. Vejmelková et al. [63], replaced cement with ceramic waste (10, 20, 40 and 60% by mass). It was concluded that the inclusion of more than 20% ceramic waste reduced the compressive strength while durability characteristics were satisfactory. Rahhal et al 2014 [64], utilized two ceramic waste types from different sources as cement replacement. The study concluded that ceramic waste has a pozzolanic activity which contributed to the concrete performance. Also, Steiner et al. 2015 [65] studied the pozzolanic activity of ceramic tile polishing residues and concluded that the material achieved a pozzolanic activity index of 111%. Other studies that investigated the use of CWP [66-72] concluded that CWP had no pozzolanic activity
at early ages while showed pozzolanic activity at late ages. All studies concluded that the inclusion of CWP affected early strength and that the strength development needed more time than control mixtures without CWP. Some investigations evaluated the permeability and few durability aspects of concrete incorporating CWP as cement replacement [73-75], they concluded that CWP was beneficial in reducing permeability and improving the measured durability aspects.

Vejmelková et al. [76] found that the frost resistance of concrete containing up to 40% fine-ground ceramics as cement replacement was as good as reference concrete. Cheng et al. [77] showed that using ceramic polishing waste as cement replacement would lower the compressive strength and carbonation resistance of concrete. Steiner et al. [78] revealed that adding ceramic tile polishing residue to replace cement up to 25% has a little negative effect on the strength of mortar. Mas et al. [79] demonstrated that the addition of ceramic tile waste as cement substitution would reduce the strength of mortar, but addition up to 35% still meets the strength activity index requirements for fly ash. De Matos et al. [80] showed that replacing cement with no more than 20% porcelain polishing residue would result in similar rheological properties but better passing ability in the case of self-consolidating concrete. In the aggregate replacement strategy, the ceramic waste is added as a partial replacement of the aggregate. Guerra et al. [81] revealed that the addition of sanitary porcelain waste as cement substitution would reduce the strength of mortar, but addition up to 9% would not impair the compressive strength of concrete. Gonzalez-Corominas and Etxeberria [82] tested that concrete with 30% ceramic fine aggregate achieved similar or better mechanical and durability properties compared to reference concrete. Medina et al. [83] showed that concrete with up to 25% ceramic sanitary ware aggregate was as durable as normal concrete. Awroyera et al. [84] reported that concrete with 75% ceramic tile waste aggregate has a higher 28-day strength than reference concrete. Elçi [85] found that the mechanical properties of concrete using crushed floor tile aggregate were similar to reference concrete, but those of concrete using crushed wall tile aggregate were lower than reference concrete. Anderson et al. [86] observed that the effects of ceramic tile waste were marginal and thus the use of ceramic tile waste as a partial replacement of coarse aggregate is feasible. It has been noted, however, that both the two strategies of reutilizing ceramic waste have certain negative effects and such utilization of ceramic waste would benefit waste recycling and environmental protection. In the cement replacement strategy, a relatively high cement replacement rate could cause serious strength reduction [76-79]. In the aggregate replacement strategy, the overall performance of the concrete produced could sometimes be impaired [83-85] and the cement content would not be reduced to lower the carbon footprint of the concrete production. Hence, the current strategies are not entirely satisfactory. Recently, an alternative strategy, called the paste replacement strategy, has been developed by the authors' research team. By this strategy, the solid waste is treated as a filler and added to substitute part of the cementitious paste in such a way that the total volume of the cementitious paste and the solid waste for aggregate voids filling remains unchanged. The mix proportions of the cementitious paste are also kept unchanged. In previous studies, it has been demonstrated that adding limestone fines by this strategy could, on one hand, reduce the cement content and on other hand increase the dimensional stability, strength and durability of concrete [87-90]. This strategy has also been adopted in the reutilization of rock dust (marble dust and granite dust) and clay brick dust and in mortar/concrete. So far, the results proved that depending on the fineness of the solid waste to be used as a filler, the addition of rock dust and clay brick dust would also effectively reduce the cement content and improve the dimensional stability, strength and durability [91-95]. In this study, the paste replacement strategy was extended to ceramic polishing waste (ceramic waste powder), a waste generated during the polishing of ceramic tiles. On average, the production of 1.0 m$^2$ of polished ceramic tiles generates about 1.9 to 2.1 kg of ceramic waste powder and in 2014, about 10 million tons of ceramic waste powder was generated in China, but none was reutilized [96]. This waste is a powder and therefore does not require crushing or grinding.

2. PROPERTIES OF CERAMIC WASTE POWDER

The physical and chemical properties of the ceramic waste powder utilized by the various researcher are listed in Table 1 and Table 2.
3. HARDENED PROPERTIES OF CONCRETE INCORPORATING CERAMIC WASTE

In this review article, various characteristics of concrete incorporating ceramic waste powder are discussed below.

3.1 Compressive Strength

The compressive strength is defined as characteristic compressive strength of 150 mm size cube tested for a particular curing period. The strength of concrete below which not more than 5% of the test result expected to fail is defined as characteristic strength.

El-Dieb et al. [6] conducted a compressive strength test on concrete cubes having ceramic waste in replacement to cement up to 40%. The addition of ceramic waste increased compressive strength up to 20% replacement. The replacement beyond 20% showed a reduction in compressive strength. This can be due to the replacement of hydraulic binding material with non-hydraulic ones. The increase in compressive strength was noticed with the increase in the curing period. This higher strength could be because of the presence of the pozzolanic property of ceramic waste powder material. The results of the compressive strength test are shown in Fig. 1.

Awoyera et al. [102] conducted a compressive strength test on concrete containing ceramic (0%, 25%, 50%, 75% and 100%) as a fine and coarse aggregate substitution. Result showed a 36.1% strength increment in concrete with 100% coarse aggregate replacement in comparison to the control mix. It could be due to the irregular shape and rough surface of ceramic coarse aggregate that gives the proper bonding between aggregates and hardened cement paste. The compressive strength was increased by 22.1% for 100% ceramic fine aggregate replacement. The better result could be because of the higher water absorption property of ceramics and also because of the pozzolanic activity of ceramic particles.

Huseien et al. [97] conducted a compressive strength test on self-compacting concrete specimens made with CWP up to 80% Granulated blast furnace slag replacement. GBFS was used as a complete cement replacement. The result shows that increment in the amount of CWP replacement reduced the compressive strength. The best result of compressive strength of 52.6 MPa was noticed for the control mixture at the age of 3 days (i.e., 100% GBFS) and at 10% CWP replacement compressive strength reduced to 47 MPa. The least compressive strength value was observed at 18.6 MPa with 80% CWP replacement at the age of 3 days. This loss in compressive strength due to the reduction in CaO content which

| Table 1. Physical properties of ceramic waste powder |
|-----------------|-----------------|-----------------|-----------------|-----------------|
|             | Specific gravity | Specific surface area (m²/Kg) | Mean particle size (µm) | Water absorption (%) |
| El-Dieb et al. [6] | - | 555 | 7.5 | - |
| Husein et al. [97] | 2.6 | 1220 | 35 | 1.2 |
| Jeronimo et al. [18] | 2.62 | 510 | - | 5.5 |
| Subasi et al. [19] | 2.7 | 151.8 | 10 | - |
| Nayana et al. [98] | 2.56 | - | - | - |
| Siddhique et al. [99] | 2.4 | - | - | 2.5 |
| Li et al. [29] | 2.43 | - | - | - |
| Higashiyama et al. [100] | 2.30 | - | - | 0.47 |

| Table 2. Chemical properties of ceramic waste powder |
|-----------------|-----------------|-----------------|-----------------|-----------------|-----------------|-----------------|-----------------|-----------------|
| | SiO₂ | Al₂O₃ | Fe₂O₃ | CaO | MgO | Na₂O | SO₃ | K₂O |
| El-Dieb et al. [6] | 68.6 | 17 | 0.8 | 1.7 | 2.5 | - | 0.12 | - |
| Husein et al. [97] | 72.6 | 12.6 | 0.56 | 0.02 | 0.99 | 13.5 | 0.01 | 0.13 |
| Siddhique et al. [99] | 28.86 | 23.86 | 5.41 | 0.03 | 0.99 | 13.5 | 0.01 | 0.13 |
| Kanan et al. [101] | 69.4 | 18.2 | 0.83 | 1.24 | 3.53 | 3.19 | - | 1.58 |
| Subasi et al. [19] | 62.3 | 16.5 | 2.37 | 5.94 | 0.72 | 0.31 | 0.01 | 1.89 |
| Nayana et al. [98] | 47.34 | 30.14 | 3.79 | 9.20 | - | 0.85 | - | 0.65 |
| Jeronimo et al. [18] | 51.9 | 16.2 | 16.4 | 3.5 | 1.1 | 0.4 | 1.2 | 1.8 |
follows the increment in silicate to calcium ratio \((\text{SiO}_2: \text{CaO})\) and gives an adverse impact on compressive strength and lower strength.

Kannan et al. [101] studied the compressive strength values of concrete after 28 days and 90 days curing made with ceramic waste powder replacing cement up to 40%. As the amount of CWP replacement increased compressive strength value reduced by 15%, 17%, 18% and 20% on addition of CWP 10%, 20%, 30% and 40% respectively. The marginal increase in compressive strength was observed for all concrete mixtures at the age of 90 days. All the results obtained show that CWP can be acts as filler rather than pozzolanic material. The decrement in strength could be due to a decrease in cement binder content.

**Fig. 1. Compressive strength test results [6]**

**Fig. 2. Compressive strength test results [102]**

**Fig. 3. Compressive strength test results [97]**
Nayana et al. [98] studied the compressive strength of mortar mixtures made using ceramic waste as the replacement of fine aggregate at 0%, 15%, 30% and 50% by weight with and silica fume addition of 0%, 5% and 10% by weight of cement. The addition of silica fume showed an increase in strength. Results show higher strength with 15% replacement of ceramic waste with sand and decreased strength was observed with further addition. This increase in strength could be due to the filling effect and the pozzolanic effect of ceramic waste. It was also reported a noticeable rise in compressive strength with the addition of silica fume which is replaced by cement.

Li et al. [29] determined the influence of ceramic waste powder on the cube strength of mortar mixes with different w/c ratios. Ceramic waste powder was used as a cement replacement for up to 20%. Improvement in compressive strength was reported as the amount of ceramic waste powder replacement increased. For 0.40 W/C ratio, cube compressive strength was increased from 37.1 to 72.4 MPa at the age of 7 days with 20% ceramic powder replacement. Similarly, for the W/C ratio 0.55 cube compressive strength was increased from 23.9 to 48.6 Mpa at the age of 7 days with 20% ceramic powder replacement.

Siddhique et al. [99] examined the compressive strength results of concrete made by fine aggregate replacement to bone China ceramic fine aggregate in the ratio of 0, 20, 40, 60, 80 and 100% by weight. An increase in strength was observed for concrete containing bone China ceramic fine aggregate replacement concerning the control mixture. This could be possible due formation of denser CSH (calcium silicate hydrate) gel which was produced due to the presence of extra water in the fresh mix which is further released by bone China ceramic fine aggregate and gives an internal curing effect.

Zareei et al. [103] conducted the compressive strength test on concrete at the age of 7, 28 and 90 days which is made by recycled waste ceramic aggregate replacing with natural coarse aggregate in the amount of 0%, 20%, 40% and 60% by weight. The incorporation of recycled waste ceramic aggregate enhanced the compressive strength of concrete than of the samples without recycled waste ceramic aggregate. Compressive strength increased by 6%, 16% and 4% on the addition of recycled waste ceramic aggregate by 20%, 40% and 60% respectively in replacement of natural coarse aggregate for 28 curing days. Due to enhanced interlocking between the coarse aggregate and the paste which occurs due to the rough and angular surface texture of red waste ceramic aggregates.

Medina et al. [104] examined compressive strength test of concrete prepared with ceramic coarse aggregate replacing coarse aggregate up to 20%. Results showed a rise in compressive strength value by 12% compared to the control mixture.

Nepomuceno et al. [11] examined compressive strength of concrete with 0–75% replacement of natural coarse aggregate with recycled coarse ceramic aggregate. It was noticed that compressive strength falls with a rise in recycled coarse ceramic aggregate replacement.

Jeronimo et al. [18] conducted the compressive strength test of SCC having ground clay brick waste in replacement to cement up to 40%. The
results indicated that the increase in strength for 20% replacement was observed at 7 days as compared to the control mix and a decrease in compressive strength in the range of 6–10% was observed for remaining mixes. The pickup of the compressive strength of all other SCC mixture is between 0 and 4% with respect to control mixture after 28 days curing period. Similarly curing period of 90 days the increase in strength was observed 6% and 11% for 20% and 30% GCBW replacement respectively with respect to the control SCC mixture.

Subasi et al. [19] found the compressive strength at curing period of 7 days and 28 days of SCC mixtures using ceramic waste as filler in the amount 0%, 5%, 10%, 15% and 20% with cement replacement. For an increase in ceramic waste powder replacement lower compressive strength values were observed at 7 days and 28 days. The lowest compressive strength value was observed at 20% ceramic waste powder replacement with respect to the control mixture. Although waste ceramic reduced the compressive strength better flowability was observed. The reduction noticed in compressive strength may be due to a slight difference in clinker mineralogical composition (C₃S-13.24% lower, C₂S-20% higher).

Torkittikul et al. [105] conducted a study to get compressive strength of mortar mixes and concrete mixes with the use of ceramic waste as a fine aggregate substitution at the age of 7, 14 and 28 days. A higher amount of compressive strength was found for concrete containing ceramic waste (up to 100% substitution) with respect to reference concrete. For 10% ceramic waste replacement, compressive strength was 42.2 MPa and for 50% replacement, compressive strength was 50.2 MPa at 28 days, so it was concluded compressive strength improved with rising in CERAMIC WASTE replacement. This increase in strength could be due to the bonding between paste and aggregate and the rougher texture of aggregate used in the study.

### 3.2 Split Tensile Strength Test

The ability of concrete withstand against direct tensile load is called tensile strength. This property of concrete directly affects the size of crack in structure. Low tensile strength shows the cracks in concrete when is pulled [11].

Awoyera et al. [102] conducted the split tensile strength test on concrete having ceramic as a fine and coarse aggregate substitution. It was clear from results that split tensile strength increases with an increase in the content of ceramic coarse aggregate at different ages of 3, 7, 14 and 28 days. Split tensile strength results ranged between 2.8 N/mm² and 3.6 N/mm².

Huseien et al. [97] reported a drop in split tensile strength value from 6.4 to 2.9 for ceramic waste powder as GBFS replacement in SCC. GBFS was used in place of cement. This drop-in tensile strength could be because of a rise in the content of ceramic waste powder. An increase in ceramic waste powder results in decreased CaO content which is responsible for a slower chemical reaction rate to produce C-S-H gel.

![Fig. 5. Split tensile strength test results [97]](image-url)
Nepomuceno et al. [11] computed split tensile strength of concrete at 28 days curing period made by substituting natural coarse aggregate to recycled coarse aggregate (0%, 10%, 30%, 50% and 75%) and it was found that replacement up to 30%, tensile strength decreases at a lower rate and maximum reduction found was 6.4% as compared to control mixture. The maximum reduction observed was 22.2% for 75% replacement.

Subasi et al. [19] examined split tensile strength of SCC after 28 days using ceramic waste as filler up to 20% with cement replacement. It was observed that the decrease in split tensile strength values was an increase in the ceramic powder ratio in the SCC mixtures.

Alves et al. [16] reported split tensile strength values of concrete after 28 days with fine aggregate replacement by the recycled fine sanitary ware aggregate in the ratio of 0, 20, 50 and 100%. Reduction in split tensile strength value was observed and this could be due to increment in the porosity of paste with the rise in replacement ratios.

Siddhique et al. [99] examined the split tensile strength value for concrete made with fine aggregate replacement by bone China ceramic aggregate in a ratio of 0%, 20%, 40%, 60%, 80% and 100%. The result showed higher split tensile strength value as compared to control mix and the reason behind this was stated as the presence of bone china ceramic fine aggregate which provides better bonding property to the mix. bone china ceramic fine aggregate had a rough texture and showed pozzolanic activity.

Zareei et al. [103] studied split tensile strength of concrete at 7, 28 and 90 days curing period. They found that the increase in recycled waste ceramic aggregate (0%, 20%, 40% and 60%) as a substitution of natural coarse aggregate increased (5%, 11% and 8%) split tensile strength.
3.3 Flexural Strength Test

The tensile strength of concrete can also be measured by flexural strength. This property prevents the failure of an unreinforced concrete beam or slab in bending [14]. It is also known as modulus of rupture, bend strength or transverse rupture.

Huseien et al. [97] conducted a study to evaluate the flexural strength of SCC mixtures containing ceramic waste powder as powder replacement from 10 to 80% with GBFS at the age of 28 days. The result shows that the strength value decreases in a range between 2.2 and 1.2 MPa with the increment in ceramic waste powder amount 0 to 80%.

Nepomuceno et al. [11] examined flexural strength of concrete after 28 days and found a reduction in flexural strength for increasing RCA (0%, 10%, 30%, 50% and 75%) as replacement of NCA. It was observed that the 75% replacement sample showed only a 5.8% reduction in flexural strength.

Zareei et al. [103] studied the flexural strength of concrete at the age of 7, 28 and 90 days and showed an increase in strength by 0.5%, 3.1% and 2.6% for red waste ceramic aggregates 20%, 40% and 60% respectively as a substitution of natural coarse aggregate at 28 curing days. This strength gain might be due to better interlocking between cement paste and red waste ceramic aggregates. Red waste ceramic aggregates had an angular shape and rough texture. red waste ceramic aggregates were responsible for the higher presence of CSH gel which increased pozzolanic activity and ultimately strength.

3.4 Water Absorption and Porosity

Many researchers have attempted to get the water absorption of a mixture containing ceramic partially replaced by cement, sand and aggregate.

Most of them are observed increase in water absorption with an increase in replacement level but this water absorption value comes under 10% and for concrete, this value should have less than 10%. On the other hand, decrease in porosity was observed when ceramic was used as a cement replacement by reviewing published literature.
El-Dieb et al. [6] showed a decrease in the number of permeable pores for the addition of CWP material as cement substitution in concrete. This might be due to the micro filling ability of CWP (high specific surface area) which results in a reduction in the volume of permeable pores by improving particle packing of the mixture. Reduction in permeable pores (17% to 36%) was observed with ceramic replacement as compared to the reference mixture.

Huseien et al. [97] observed that as the amount of CWP replacement in SCC increases, a decrease in C-S-H gel density was observed which results in lower strength and also the reason for high water absorption.

Nayana et al. [98] calculated water absorption of mortar mix after 28 days curing period having ceramic waste as fine aggregate replacement in the amount of 0%, 15%, 30% and 50%. It was found that the percentage of water absorption for 15% replacement decreased by 1.17% with respect to the control mixture. Reduction in pores is the main reason for a decrease in water absorption.

Medina et al. [104] investigated the water absorption and porosity for concrete containing ceramic waste as coarse aggregate replacement in the amount of 0%, 20% and 25%. An increase in water absorption value was noticed by 36% and 46% for 20% and 25% ceramic aggregate replacement respectively with respect to the reference concrete. Since the values found are under 4% and normally considered by different authors it should fall under 10%, so it is concluded concrete falls under good quality. A slight decrease in porosity was also identified and this might be because of the greater porosity of ceramic aggregate.

Siddhique et al. [99] stated that the water absorption of concrete mixtures increases with an increase in fine aggregate replacement (0, 20, 40, 60, 80 and 100%) of bone China ceramic fine aggregate by weight. This increase in porosity and water absorption was due to the angularity
property of bone China ceramic fine aggregate material which results in the development of voids in the mixture.

Zareei et al. [103] studied the effect of ceramic on water absorption of concrete where ceramic was utilized as partial substitution with natural coarse aggregate (0%, 20%, 40% and 60%). An increment in water absorption was observed as the amount of recycled waste ceramic aggregate replacement increases. This increase could be because of the high-water absorption of red waste ceramic aggregates value in comparison to natural coarse aggregate.

4. CONCLUSIONS

On the basis of results attained from the published literature following conclusion can be attained.

- The ceramic waste can be utilized as an alternative to cement replacement in concrete due to the presence of high alumina and silica. This high alumina and silica react with present calcium in cement and produce C-S-H and C-(A)-S-H gel. Also, it can be used as supplementary cementing material.
- Low compressive strength at early ages was found by many authors. However, with increasing ages, higher strength was observed. Most of the authors used 10–40% and up to 100% of ceramic waste as a substitute for cement and fine aggregate respectively. The decrease in strength at an earlier stage could be because of lower pozzolanic activity at the initial stages.
- An increase in the percentage of water absorption was observed by many researchers for increasing ceramic waste replacement levels. An increase in durability properties was observed with the inclusion of ceramic waste in concrete by several researchers. The finer size of particles is the most suitable reason for increasing the durability performance.
- Ceramic waste powder exhibits very good pozzolanic reactivity and can be useful material as a cement replacement.
- Development of dense structure due to ceramic waste and durable CSH gel in concrete decreased the chloride ion penetration value. The utilization of ceramic waste as cement, fine and coarse aggregate replacement reduces cost of construction and sustainable concrete can be produced.
- The inclusion of ceramic waste in concrete production showed better mechanical and durability performance as compared to reference concrete up to a certain percentage replacement limit. Hence ceramic waste can be utilized up to 40% replacement in the construction of precast slab, pavement, etc.

COMPETING INTERESTS

Authors have declared that no competing interests exist.

REFERENCES

1. Chidiac SE, Panesar DK. Evolution of mechanical properties of concrete containing ground granulated blast furnace slag and effects on the scaling resistance test at 28 days. Cement and Concrete Composites. 2008;30(2):63-71.
2. Li J, Yu Q, Wei J, Zhang T. Structural characteristics and hydration kinetics of modified steel slag. Cement and Concrete Research. 2011;41(3):324-329.
3. Duan P, Shui Z, Chen W, Shen C. Efficiency of mineral admixtures in concrete: Microstructure, compressive strength and stability of hydrate phases. Applied Clay Science. 2013;83:115-121.
4. Vaičiukynienė D, Vaitkevičius V, Rudžionis Ž, Vaičiukynas V, Navickas AA, Nizevičienė D. Blended cement systems with zeolitized silica fume. Materials Science. 2016;22(2):299-304.
5. Jain A, Gupta R, Chaudhary S. Performance of self-compacting concrete comprising granite cutting waste as fine aggregate. Construction and Building Materials. 2019;221:539-552.
6. El-Dieb AS, Kanaan DM. Ceramic waste powder an alternative cement replacement–Characterization and evaluation. Sustainable Materials and Technologies. 2018;17:e00063.
7. Vaičkevičius V, Šerelis E, Vaičiukynienė D, Raudonis V, Rudžionis Ž. Advanced mechanical properties and frost damage resistance of ultra-high-performance fibre reinforced concrete. Construction and Building Materials. 2016;126:26-31.
8. Choudhary S, Chaudhary S, Jain A, Gupta R. Valorization of waste rubber tyre fiber in
functionally graded concrete. Materials Today: Proceedings. 2020;32:645-650.
9. Choudhary S, Chaudhary S, Jain A, Gupta R. Assessment of effect of rubber tyre fiber on functionally graded concrete. Materials Today: Proceedings. 2020;28:1496-1502.
10. Kannan DM, Aboubakr SH, El-Dieb AS, Taha MMR. High performance concrete incorporating ceramic waste powder as large partial replacement of Portland cement. Construction and Building Materials. 2017;144:35-41.
11. Nepomuceno MC, Isidoro RA, Catarino JP. Mechanical performance evaluation of concrete made with recycled ceramic coarse aggregates from industrial brick waste. Construction and building materials. 2018;165:284-294.
12. Cheng S, Shui Z, Sun T, Yu R, Zhang G, Ding S. Effects of fly ash, blast furnace slag and metakaolin on mechanical properties and durability of coral sand concrete. Applied Clay Science. 2017;141:111-117.
13. Chen JJ, Ng PL, Li LG, Kwan AKH. Production of high-performance concrete by addition of fly ash microsphere and condensed silica fume. Procedia Engineering. 2017;172: 165-171.
14. Xie J, Wang J, Rao R, Wang C, Fang C. Effects of combined usage of GGBS and fly ash on workability and mechanical properties of alkali activated geopolymer concrete with recycled aggregate. Composites Part B: Engineering. 2019;164:179-190.
15. Poon CS, Chan D. Feasible use of recycled concrete aggregates and crushed clay brick as unbound road sub-base. Construction and building materials. 2006;20(8):578-585.
16. Wattanasiriwech D, Saiton A, Wattanasiriwech S. Paving blocks from ceramic tile production waste. Journal of Cleaner Production. 2009;17(18):1663-1668.
17. Lee G, Ling TC, Wong YL, Poon CS. Effects of crushed glass cullet sizes, casting methods and pozzolanic materials on ASR of concrete blocks. Construction and Building Materials. 2011;25(5):2611-2618.
18. Jerónimo VL, Meira GR, Da Silva Filho LCP. Performance of self-compacting concretes with wastes from heavy ceramic industry against corrosion by chlorides. Construction and Building Materials. 2018;169:900-910.
19. Subaşı S, Öztürk H, Emiroğlu M. Utilizing of waste ceramic powders as filler material in self-consolidating concrete. Construction and Building Materials. 2017;149:567-574.
20. Peng Y, Jacobsen S. Influence of water/cement ratio, admixtures and filler on sedimentation and bleeding of cement paste. Cement and Concrete Research. 2013;54:133-142.
21. Cepuritis R, Wigum BJ, Garboczi EJ, Mørtsell E, Jacobsen S. Filler from crushed aggregate for concrete: Pore structure, specific surface, particle shape and size distribution. Cement and Concrete Composites. 2014;54:2-16.
22. Juan A, Medina C, Guerra MI, Morán JM, Aguado PJ, Sánchez de Rojas MI, Rodríguez O. Re-use of ceramic wastes in construction. Ceramic materials. 2010;197-214.
23. Guo Y, Xie J, Zhao J, Zuo K. Utilization of unprocessed steel slag as fine aggregate in normal-and high-strength concrete. Construction and Building Materials. 2019;204:41-49.
24. Chen Z, Li L, Xiong Z. Investigation on the interfacial behaviour between the rubber-cement matrix of the rubberized concrete. Journal of cleaner production. 2019;209:1354-1364.
25. Li LG, Huang ZH, Tan YP, Kwan AKH, Chen HY. Recycling of marble dust as paste replacement for improving strength, microstructure and eco-friendliness of mortar. Journal of Cleaner Production. 2019;210:55-65.
26. Chimneys RC, Kiln CR. Handbook 2nd, E. List of Books available In the Society's Library; 2019.
27. Asante-Kyei K, Acquah KN. Prospecting and Testing of Clay For Schools Offering Ceramics In Sekondi-Takoradi Metropolis, Ghana. Journal of Education and Practice. 2013;4:55-65.
28. Zimbili O, Salim W, Ndambuki M. A review on the usage of ceramic wastes in concrete production. International Journal of Civil, Environmental, Structural, Construction and Architectural Engineering. 2014;8(1):91-95.
29. Li LG, Zhuo ZY, ZJ, Chen JJ, Kwan AKH. Reutilizing ceramic polishing waste as powder filler in mortar to reduce cement content by 33% and increase strength by
85% Powder Technology. 2019;355:119-126.
30. De Brito J, Pereira AS, Correia JR. Mechanical behaviour of non-structural concrete made with recycled ceramic aggregates. Cement and Concrete Composites. 2005;27(4):429-433.
31. Dögeroğlu T, Kara S. Ceramic floor-tile kiln fluoride emission factors; 2002.
32. Rambaldi E, Esposito L, Tucci A, Timellini G. Recycling of polishing porcelain stoneware residues in ceramic tiles. Journal of the European Ceramic Society. 2007;27(12):3509-3515.
33. Tikul N, Srifand P. Assessing the environmental impact of ceramic tile production in Thailand. Journal of the Ceramic Society of Japan. 2010;118(1382):887-894.
34. Alves AV, Vieira TF, De Brito J, Correia JR. Mechanical properties of structural concrete with fine recycled ceramic aggregates. Construction and Building Materials. 2014;64:103-113.
35. Li LG, Zhuo ZY, Zhu J, Chen JJ, Kwan AKH. Reutilizing ceramic polishing waste as powder filler in mortar to reduce cement content by 33% and increase strength by 85%. Powder Technology. 2019;355:119-126.
36. Huang Y, Luo J, Xia B. Application of cleaner production as an important sustainable strategy in the ceramic tile plant—a case study in Guangzhou, China. Journal of Cleaner Production. 2013;43:113-121.
37. Ye L, Hong J, Ma X, Qi C, Yang D. Life cycle environmental and economic assessment of ceramic tile production: A case study in China. Journal of Cleaner Production. 2018;189:432-441.
38. Vejmelková E, Keppert M, Rovnaníková P, Ondráček M, Kneršer Z, Černý R. Properties of high performance concrete containing fine-ground ceramics as supplementary cementitious material. Cement and Concrete Composites. 2012;34(1):55-61.
39. Cheng Y, Huang F, Li GL, Xu L, Hou J. Test research on effects of ceramic polishing powder on carbonation and sulphate-corrosion resistance of concrete. Construction and building materials. 2014;55:440-446.
40. Steiner LR, Bernardin AM, Pelisser F. Effectiveness of ceramic tile polishing residues as supplementary cementitious materials for cement mortars. Sustainable Materials and Technologies. 2015;4:30-35. 
41. Mas MA, Monzó J, Payá J, Reig L, Borrachero MV. Ceramic tiles waste as replacement material in Portland cement. Advances in Cement Research. 2016;28(4):221-232.
42. De Matos PR, De Oliveira AL, Pelisser F, Prudêncio Jr, LR. Rheological behavior of Portland cement pastes and self-compacting concretes containing porcelain polishing residue. Construction and building materials. 2018;175:508-518.
43. Waste DOH. Minimum requirements for the handling, classification and disposal of hazardous waste; 2018.
44. Guerra I, Vivar I, Llamas B, Juan A, Moran J. Eco-efficient concretes: The effects of using recycled ceramic material from sanitary installations on the mechanical properties of concrete. Waste management. 2009;29(2):643-646.
45. Gonzalez-Corominas A, Etxeberria M. Properties of high performance concrete made with recycled fine ceramic and coarse mixed aggregates. Construction and building materials. 2014;68:618-626.
46. Amjadi R, Monazami M, Mohseni E, Azar Balgouri H, Ranjarb MM. Effectiveness of different recycled materials in self-compacting mortar. European Journal of Environmental and Civil Engineering. 2017;21(12):1485-1501.
47. Ay N, Ünal M. The use of waste ceramic tile in cement production. Cement and Concrete Research. 2000;30(3):497-499.
48. Ay N, Ünal M. The use of waste ceramic tile in cement production. Cement and Concrete Research. 2000;30(3):497-499.
49. Lavat AE, Trezza MA, Poggi M. Characterization of ceramic roof tile wastes as pozzolanic admixture. Waste management. 2009;29(5):1666-1674.
50. Sánchez de Rojas MI, Marín F, Rivera J, Frías M. Morphology and properties in blended cements with ceramic wastes as a pozzolanic material. Journal of the American Ceramic Society. 2006;89(12):3701-3705.
51. Koyuncu H, Guney Y, Yılmaz G, Koyuncu S, Bakis R. Utilization of ceramic wastes in the construction sector. In Key Engineering Materials. Trans Tech Publications LTD. 2004;264:2509-2512.
52. Günçan NF. Using waste concrete as aggregate. Cement and concrete research. 1995;25(7):1385-1390.
53. De Brito J, Pereira AS, Correia JR. Mechanical behaviour of non-structural concrete made with recycled ceramic aggregates. Cement and Concrete Composites. 2005;27(4):429-433.

54. Zimbili O, Salim W, Ndambuki M. A review on the usage of ceramic wastes in concrete production. International Journal of Civil, Environmental, Structural, Construction and Architectural Engineering. 2014;8(1):91-95.

55. Naceri A, Hamina MC. Use of waste brick as a partial replacement of cement in mortar. Waste Management. 2009;29(8):2378-2384.

56. Gomes M, De Brito J. Structural concrete with incorporation of coarse recycled concrete and ceramic aggregates: durability performance. Materials and structures. 2009;42(5):663-675.

57. Medina Martínez C, Guerra Romero MJ, Morán del Pozo J, Valdés J. Use of ceramic wastes in structural concretes; 2009.

58. Lopez V, Llamas B, Juan A, Moran JM, Guerría I. Eco-efficient concretes: impact of the use of white ceramic powder on the mechanical properties of concrete. Biosystems engineering. 2007;96(4):559-564.

59. Portella KF, Joukoski A, Franck R, Derksen R. Secondary recycling of electrical insulator porcelain waste in Portland concrete structures: determination of the performance under accelerated aging. Ceramica-Sao Paulo. 2006;52(323):155.

60. Higashiya Y, Yagishita F, Sano M, Takahashi O. Compressive strength and resistance to chloride penetration of mortars using ceramic waste as fine aggregate. Construction and Building Materials. 2012;26(1):96-101.

61. Puertas F, García-Díaz I, Palacios M, Gazulla MF, Gómez MP, Orduña M. Clinkers and cements obtained from raw mix containing ceramic waste as a raw material. Characterization, hydration and leaching studies. Cement and Concrete Composites. 2010;32(3):175-186.

62. Wang G, Tian B. Effect of Waste Ceramic Polishing Powder on the Properties of Cement Mortars. In International Conference on Energy and Environment Technology. IEEE. 2005;1:101-104.

63. Reiterman P, Holčapek O, Čachová M, Vogel F, Jogl M, Konvalinka P. Basic and hygric properties of concrete containing fine ceramic powder. In Advanced Materials Research Trans Tech Publications Ltd. 2014:897:188-191.

64. Cheng YH, Huang F, Liu R, Hou JL, Li GL. Test research on effects of waste ceramic polishing powder on the permeability resistance of concrete. Materials and structures. 2016;49(3):729-738.

65. Cheng Y, Huang F, Li GL, Xu L, Hou J. Test research on effects of ceramic polishing powder on carbonation and sulphate-corrosion resistance of concrete. Construction and building materials. 2014;55:440-446.

66. Mishra N, Vasugi V. Experimental assessment of properties of ternary blended concrete using GGBS and ceramic powder. Indian Concrete Journal. 2015;89:74-80.

67. Lopez V, Llamas B, Juan A, Moran JM, Guerría I. Eco-efficient concretes: impact of the use of white ceramic powder on the mechanical properties of concrete. Biosystems engineering. 2007;96(4):559-564.

68. Vijayalakshmi M, Sekar ASS, Sivabharathy M, Ganesh Prabhu G. Utilization of granite powder waste in concrete production. In Defect and Diffusion Forum. Trans Tech Publications Ltd. 2012;330:49-61.

69. ASTM C1202-12, Standard Test Method for Electrical Indication of Concrete's Ability to Resist Chloride Ion Penetration, ASTM International, West Conshohocken, Pennsylvania; 2012.

70. Basheer L, Kropp J, Cleland DJ. Assessment of the durability of concrete from its permeation properties: a review. Construction and building materials. 2001;15(2-3):93-103.

71. ASTM C642-13, Standard Test Method for Density, Absorption and Voids in Hardened Concrete, ASTM International, West Conshohocken, Pennsylvania; 2012.

72. Donatello S, Tyrer M, Cheeseman CR. Comparison of test methods to assess pozzolanic activity. Cement and Concrete Composites. 2010;32(2):121-127.

73. BS EN. Methods of testing cement - Part 5: Pozzolanicity test for pozzolanic cement, British Standards Institution, London, UK. 2011;196-5:

74. Bell GMM, Bensted J, Glasser FP, Lachowski EE, Roberts DR, Taylor MJ. Study of calcium silicate hydrates by solid state high resolution 29Si nuclear magnetic
resonance. Advances in Cement Research. 1990;3(9):23-27.
75. ASTM C403/C403M-16, Standard Test Method for Time of Setting of Concrete Mixtures by Penetration Resistance, ASTM International, West Conshohocken, Pennsylvania; 2016.
76. Vejmelková E, Keppert M, Rovnaniková P, Ondráček M, Keršner Z, Černý R. Properties of high performance concrete containing fine-ground ceramics as supplementary cementitious material. Cement and Concrete Composites. 2012;34(1):55-61.
77. Cheng Y, Huang F, Li GL, Xu L, Hou J. Test research on effects of ceramic polishing powder on carbonation and sulphate-corrosion resistance of concrete. Construction and building materials. 2014;55:440-446.
78. Steiner LR, Bernardin AM, Pelisser F. Effectiveness of ceramic tile polishing residues as supplementary cementitious materials for cement mortars. Sustainable Materials and Technologies. 2015;4:30-35.
79. Mas MA, Monzó J, Payá J, Reig L, Borrachero MV. Ceramic tiles waste as replacement material in Portland cement. Advances in Cement Research. 2016;28(4):221-232.
80. De Matos PR, De Oliveira AL, Pelisser F, Prudêncio Jr LR. Rheological behavior of Portland cement pastes and self-compacting concretes containing porcelain polishing residue. Construction and building materials. 2018;175:508-518.
81. Guerra I, Vivar I, Llamas B, Juan A, Moran J. Eco-efficient concretes: The effects of using recycled ceramic material from sanitary installations on the mechanical properties of concrete. Waste management. 2009;29(2):643-646.
82. Gonzalez-Corominas A, Etxeberria M. Properties of high performance concrete made with recycled fine ceramic and coarse mixed aggregates. Construction and building materials. 2014;68:618-626.
83. Medina C, Sánchez de Rojas M, Thomas C, Polanco JA, Frías M. Durability of recycled concrete made with recycled ceramic sanitary ware aggregate. Inter-indicator relationships,Construction and Building Materials. 2016;105:480-486.
84. Awoyera PO, Akinmusuru JO, Ndambuki JM. Green concrete production with ceramic wastes and laterite. Construction and Building Materials. 2016;117:29-36.
85. Elçi H. Utilisation of crushed floor and wall tile wastes as aggregate in concrete production. Journal of Cleaner Production. 2016;112:742-752.
86. Anderson DJ, Smith ST, Au FT. Mechanical properties of concrete utilising waste ceramic as coarse aggregate. Construction and Building Materials. 2016;117:20-28.
87. Chen JJ, Kwan AK. Adding limestone fines to reduce heat generation of curing concrete. Magazine of concrete research. 2012;64(12):1101-1111.
88. Kwan AK, McKinley M, Chen JJ. Adding limestone fines as cement paste replacement to reduce shrinkage of concrete. Magazine of concrete research. 2013;65(15):942-950.
89. Li LG, Kwan AK. Adding limestone fines as cementitious paste replacement to improve tensile strength, stiffness and durability of concrete. Cement and Concrete Composites. 2015;60:17-24.
90. Li LG, Chen JJ, Kwan AK. Roles of packing density and water film thickness in strength and durability of limestone fines concrete. Magazine of Concrete Research. 2017;69(12):595-605.
91. Li LG, Huang ZH, Tan YP, Kwan AKH, Liu F. Use of marble dust as paste replacement for recycling waste and improving durability and dimensional stability of mortar. Construction and building materials. 2018;166:423-432.
92. Li LG, Wang YM, Tan YP, Kwan AKH, Li LJ. Adding granite dust as paste replacement to improve durability and dimensional stability of mortar. Powder technology. 2018;333:269-276.
93. Li LG, Wang YM, Tan YP, Kwan AKH. Filler technology of adding granite dust to reduce cement content and increase strength of mortar. Powder Technology. 2019;342:388-396.
94. Li LG, Huang ZH, Tan YP, Kwan AKH, Chen HY. Recycling of marble dust as paste replacement for improving strength, microstructure and eco-friendliness of mortar. Journal of Cleaner Production. 2019;210:55-65.
95. Li LG, Lin ZH, Chen GM, Kwan AKH, Li ZH. Reutilization of clay brick waste in mortar: paste replacement versus cement replacement. Journal of Materials in Civil Engineering. 2019;31(7):04019129.
96. Dong Y, Sun Z, Sun G, Xie H. Comprehensive utilization of waste
103. Awoyera PO, Ndambuki JM, Akinmusuru JO, Omole DO. Characterization of ceramic waste aggregate concrete. HBRC Journal. 2018;14(3):282-287.

104. Medina C, De Rojas MS, Thomas C, Polanco JA, Frías M. Durability of recycled concrete made with recycled ceramic sanitary ware aggregate. Inter-indicator relationships. Construction and Building Materials. 2016;105:480-486.

105. Torkittikul P, Chaipanich A. Utilization of ceramic waste as fine aggregate within Portland cement and fly ash concretes. Cement and concrete composites. 2010;32(6):440-449.

© 2021 Salvi et al.; This is an Open Access article distributed under the terms of the Creative Commons Attribution License (http://creativecommons.org/licenses/by/4.0), which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.

Peer-review history:
The peer review history for this paper can be accessed here:
http://www.sdiarticle4.com/review-history/70501